Scientists engaged in heterogeneous catalysis often cite enzymes as their model catalysts. Enzymes can efficiently catalyze multistep processes that give various types of biomolecules.[1] Remarkably, many enzymes combine two antagonistic catalytic functions, such as acid and base functions.[2] Attracted by this challenge, several groups synthesized homogeneous catalysts that can successfully combine chemically hostile functions.[3] However, the difficulty lies in controlling the separation between these groups and simultaneously working at practical catalyst concentrations. In principle, both of these problems can be solved using heterogeneous catalysis. But synthesizing solid catalysts that combine hostile functions is no easy task. Not surprisingly, examples of solids with both acidic and basic functions are limited. The reported examples combine acids such as sulfonic acids, silanols, ureas, and thiols with amines.[4] However, problems such as low catalytic activity because of weak acidity, complicated preparation, and lack of a continuous range of acidic and basic catalytic sites often significantly limit their application in organic reactions.

Here, we present a simple and straightforward route to such bifunctional solids. We combine amine base functions and heteropolyacid functions on periodic mesoporous silica, obtaining an efficient and robust bifunctional acid–base solid catalyst. This new material enables one-pot cooperative catalysis. Moreover, the synthesis permits easy tailoring of the acid/base properties by controlling the number and surface concentration of the acid and base sites, respectively.

We demonstrate the catalytic efficiency and robustness of this new system in two cascade reactions: a tandem deprotection–Henry reaction, and a tandem deprotection–aldol reaction. Excellent yields and selectivities are obtained in both cases.

Figure 1 shows the synthesis of the catalyst. We started by making a mesoporous silica support S (Figure 1, top; pore diameter of 4.9 nm and surface area of 870 m² g⁻¹, see the Experimental Section). The base functions were then added by grafting 3-aminopropyl groups, giving the base catalyst SB (Figure 1, middle). This material was then immersed in a methanolic solution of phosphotungstic acid (H₃PW₁₂O₄₀). The 3-aminopropyl groups immobilized the acid poly-anions, creating the acid/base catalyst SAB (Figure 1, bottom). By controlling the ratio of immobilized heteropolyacids and aminopropyl tethers, we succeeded in reacting only part of the amino groups, creating bifunctional catalytic sites inside the silica mesopores.

The catalysts were characterized before and after each functionalization step. Figure 2 shows the N₂ adsorption isotherms of S and SAB. Both materials are mesoporous, with average pore diameters of 4.9 and 3.4 nm, respectively. The isotherms show that grafting the base catalyst SAB adsorbs less...
nitrogen than S, because a fraction of the pores is already occupied by the aminopropyl and phosphotungstic groups. However, the pores are still wide enough to allow easy diffusion of reactant and product molecules. The structure retention after immobilization was also confirmed by X-ray diffraction (see the Supporting Information).

$^{13}$C cross-polarization (CP) magic angle spinning (MAS) NMR spectra showed peaks at 11, 22, and 43 ppm (Figure 3). These peaks are typical for the SiCH$_2$CH$_2$CH$_2$NH$_2$ chain, indicating the successful grafting of the aminopropyl groups on SAB, and bulk phosphotungstic acid (dotted line), indicating retention of the Keggin structure after immobilization.

We then investigated the bifunctionality of catalyst SAB in the one-pot tandem conversion of dimethoxymethylbenzene (benzaldehyde-dimethylacetal) 1 to trans-1-nitro-2-phenylethylene 3 (Scheme 1; the functionality that catalyzes each step is shown in blue). The first step of this reaction is the acid-catalyzed deacetalization of 1 to benzaldehyde 2. In the second step, which is base-catalyzed, the benzaldehyde reacts with nitromethane, giving the nitro product 3. Table 1 shows the results. High conversions and yields were observed in the presence of the SAB catalyst (entry 1 in Table 1). When SB
Table 1: Tandem deprotection–Henry reaction.[a]

| Entry | Catalyst | Substrate | Conversion [%] | Yield GC/isolated [%] |
|-------|----------|-----------|---------------|----------------------|
| 1     | SAB[b]   | 1         | ≈ 98          | tr/97–92             |
| 2     | SB       | 1         | –             | –/–                  |
| 3     | SAB[c]   | 1         | ≈ 99          | 95–/5–               |
| 4     | SB[d]    | 2         | > 99          | –/–                  |
| 5     | S        | 1         | tr            | tr/–                  |
| 6     | SAB[e]   | 1         | 95            | 94/90                |

[a] Reaction conditions: benzaldehyde dimethyl acetal (1 mmol), CH₃NO₂ (10 mL), 50°C, 12 h. [b] Phosphotungstic acid (HPW)/amino-propyl (AP) ratio around 0.5:1 (molar). [c] HPW/AP ratio around 1:1 (molar). [d] Fourth recycle of the catalyst of entry 1. [e] For Henry reaction alone starting from entry 2. tr: trace.

Scheme 1. One-pot tandem conversion of benzaldehydedimethylacetal 1 to trans-1-nitro-2-phenylethylen 3. The acid sites of SAB catalyze the deacetalization first and the base sites then catalyze the Henry condensation.

Figure 6. The conceptual diagram showing the bifunctional catalysis by free amino groups and phosphotungstic acid immobilized inside the SBA-15 nanoreactors.

Table 2: Tandem deprotection–aldol reaction.[a]

| Entry | Catalyst | Substrate | Conversion [%] | Yield GC/isolated [%] |
|-------|----------|-----------|---------------|----------------------|
| 1     | SAB[b]   | 1         | > 98          | tr/99–91             |
| 2     | SB       | 1         | –             | –/–                  |
| 3     | SAB[c]   | 1         | ≈ 99          | ≈ 95–/5–             |
| 4     | SB[d]    | 2         | > 99          | –/–                  |
| 5     | S        | 1         | tr            | tr/–                  |
| 6     | SAB[e]   | 1         | 95            | ≈ 95–/91             |

[a] Reaction conditions: benzaldehyde dimethyl acetal (1 mmol), CH₂(CN)₂ (10 mL), 50°C, 12 h. [b] HPW/AP ratio around 0.5:1 (molar). [c] HPW/AP ratio around 1:1 (molar). [d] Fourth recycle of the catalyst in entry 1. [e] For the aldol reaction alone starting from 2. tr: trace.
base tandem conversions in a single pot. We can prepare this catalyst as well as tune it easily. The catalyst can be made predominantly basic, or predominantly acidic, or equally acidic and basic by changing the ratio of polyacid and amine groups. Similar types of catalysts can be synthesized using other heteropolyacids, which further widens the scope of these materials.

**Experimental Section**

Catalyst synthesis: Mesoporous silica SBA-15 (S) was synthesized by route using block copolymer templates following a literature report.[2] Pluronic P123 (average molecular weight of 5800, EO20PO70EO20, BASF; 4.0 g) was dissolved in a solution of distilled water and 2 m HCl (125 and 25 g, respectively) and stirred at 25°C. After stirring for 3 h, tetraethyl orthosilicate (TEOS, Aldrich; 8.6 g) was added slowly under stirring. The solution was vigorously stirred at 40°C for 24 h. The mixture was aged at 80°C for 48 h. The resulting white solid was filtered off, washed, and air-dried at room temperature for 24 h. The sample was calcined in air at 550°C for 5 h.

SBA-15 was heated at reflux with 3-aminopropyltriethoxysilane in dry toluene for 24 h to obtain aminopropyl-grafted mesoporous silica (SB). The amount of grafted amino groups were determined by elemental analysis.

Immobilization of heteropolyacids: SB was stirred with a methanolic solution of required amounts of phosphotungstic acid (Aldrich) based on grafted amino groups for 12 h. The solid was then washed in warm water (333 K), followed by drying to obtain the bifunctional catalyst SAB.

Characterization of the catalyst: Powder X-ray diffraction patterns were collected on a Bruker powder X-ray diffractometer (1.5406 Å). N2 adsorption–desorption isotherms were measured at 77 K on a micromeritics ASAP-2000 after evacuation under stirring. The solution was vigorously stirred at 40°C for 24 h. The mixture was aged at 80°C for 48 h. The resulting white solid was filtered off, washed, and air-dried at room temperature for 24 h. The sample was calcined in air at 550°C for 5 h.

SBA-15 was heated at reflux with 3-aminopropyltriethoxysilane in dry toluene for 24 h to obtain aminopropyl-grafted mesoporous silica (SB). The amount of grafted amino groups were determined by elemental analysis.

**Keywords:** heterogeneous catalysis - mesoporous materials - NMR spectroscopy

[1] a) E. L. Margelesfky, R. K. Zeidan, M. E. Davis, Chem. Soc. Rev. 2008, 37, 1118; b) H. Spong, H.-T. Chen, J. W. Wiench, M. Pruski, V. S.-Y. Lin, Angew. Chem. 2005, 117, 1860; Angew. Chem. Int. Ed. 2005, 44, 1826; c) S. Saito, H. Yamamoto, Acc. Chem. Res. 2004, 37, 570.

[2] J. M. Notestein, A. Katz, Chem. Eur. J. 2006, 12, 3954.

[3] a) R. Breslow, A. Graff, J. Am. Chem. Soc. 1993, 115, 10988; b) T. Okino, Y. Hoashi, T. Furukawa, N. X. Xu, Y. Takekamo, J. Am. Chem. Soc. 2005, 127, 119; c) F. Stefan, S. Meha, W. Anthony, W. Harald, R. Justine, L. Thomas, J. Am. Chem. Soc. 2005, 127, 1206.

[4] a) K. K. Sharma, T. Asefa, Angew. Chem. 2007, 119, 2937; Angew. Chem. Int. Ed. 2007, 46, 2879; b) K. K. Sharma, A. Anan, R. P. Buckley, W. Quellette, T. Asefa, J. Am. Chem. Soc. 2008, 130, 218; c) S. Shylesh, A. Wagenere, A. Seifert, S. Ernst, W. R. Thiel, Angew. Chem. 2010, 122, 3504; Angew. Chem. Int. Ed. 2010, 49, 3428; d) S. Shylesh, A. Wagenere, A. Seifert, S. Ernst, W. R. Thiel, Chem. Eur. J. 2009, 15, 7502; e) R. K. Zeidan, S.-J. Hwang, M. E. Davis, Angew. Chem. 2006, 118, 6480; R. K. Zeidan, S.-J. Hwang, M. E. Davis, Angew. Chem. 2006, 118, 6480; Angew. Chem. Int. Ed. 2006, 45, 6532; f) E. L. Margelesfky, R. K. Zeidan, V. Dufaude, M. E. Davis, J. Am. Chem. Soc. 2007, 129, 13691; g) E. L. Margelesfky, A. Bendieriu, R. K. Zeidan, V. Dufaude, M. E. Davis, J. Am. Chem. Soc. 2008, 130, 13442; h) V. Dufaude, M. E. Davis, J. Am. Chem. Soc. 2003, 125, 9403; i) F. Gelman, J. Blum, D. Aavir, Angew. Chem. 2001, 113, 3759; Angew. Chem. Int. Ed. 2001, 40, 3647; j) N. T. S. Phan, C. S. Gill, J. V. Nguyen, Z. J. Zhang, C. W. Jones, Angew. Chem. 2006, 118, 2267; Angew. Chem. Int. Ed. 2006, 45, 2209; k) K. Motokura, N. Fujita, K. Mori, T. Mizagaki, K. Ebitani, K. Kaneda, J. Am. Chem. Soc. 2005, 127, 9674; l) J. Alauzun, A. Mehdii, C. Reye, R. J. P. Corriu, J. Am. Chem. Soc. 2006, 128, 8718; m) J. D. Bass, S. L. Anderson, A. Katz, Angew. Chem. 2003, 115, 5377; Angew. Chem. Int. Ed. 2003, 42, 5219; n) J. D. Bass, A. Solovoy, A. J. Pascall, A. Katz, J. Am. Chem. Soc. 2006, 128, 3737; o) J. D. Bass, A. Katz, Chem. Mater. 2006, 18, 1611; p) K. Motokura, M. Tada, Y. Iwasawa, J. Am. Chem. Soc. 2007, 129, 9540; q) K. Motokura, M. Tomita, M. Tada, Y. Iwasawa, Chem. Eur. J. 2008, 14, 4017; r) K. Motokura, M. Tada, Y. Iwasawa, J. Am. Chem. Soc. 2009, 131, 7944; s) Y. Huang, B. G. Trewn, H.-T. Chen, V. S.-Y. Lin, New J. Chem. 2008, 32, 1311; t) S. Huh, H.-T. Chen, J. W. Wiench, M. Pruski, V. S.-Y. Lin, J. Am. Chem. Soc. 2004, 126, 1010; u) S. Huh, H.-T. Chen, J. W. Wiench, M. Pruski, V. S.-Y. Lin, Angew. Chem. 2005, 117, 1860; Angew. Chem. Int. Ed. 2005, 44, 1826; v) M. J. Climent, A. Corma, V. Fornes, R. Gull-Lopez, S. Ibora, Adv. Synth. Catal. 2002, 344;
1090; w) B. Voit, Angew. Chem. 2006, 118, 4344; Angew. Chem. Int. Ed. 2006, 45, 4238.

[5] a) D. Zhao, Q. Huo, J. Feng, B. F. Chmelka, G. D. Stucky, J. Am. Chem. Soc. 1998, 120, 6024; b) D. Zhao, J. Feng, Q. Huo, N. Melosh, G. H. Fredrickson, B. F. Chmelka, G. D. Stucky, Science 1998, 279, 548.

[6] a) I. V. Kozhevnikov, Chem. Rev. 1998, 98, 171; b) I. V. Kozhevnikov, Catalysts for Fine Chemical Synthesis Catalysis by Polyoxometalates, Vol. 2, Wiley-VCH, Chichester, UK, 2002, and references therein.